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magnetic field of 45 T
M. Rotter * and A. Barcza 
Institut fü r  Physikalische Chemie, Universität Wien, Währingerstrasse 42, A-1090 Wien, Austria
M . Doerr
Institut fü r  Festkörperphysik, Technische Universität Dresden, D-01062 Dresden, Germany
M. D. Le
Department o f Physics and Astronomy, University College London, Gower Street, London WC1E 6BT, United Kingdom
J. Brooks and E. Jobiliong 
National High Magnetic Field Laboratory, 1800 Paul Dirac Drive, Tallahassee, Florida 32306, USA
J. Perenboom
High Field Magnet Laboratory, Institute o f Molecules and Materials, Radboud University, P.O. Box 9010,
NL-6500-GL Nijmegen, The Netherlands 
(Received 8  June 2007; published 16 October 2007)
The longitudinal and transversal forced magnetostrictions of a single crystal of samarium metal have been 
investigated in a static magnetic field up to 45 T. The data show pronounced features of a spin-flop transition 
initiating at an applied field of about 30 T. The measured forced magnetostriction is about 1 order of magni­
tude smaller than the spontaneous magnetostriction. Based on a model calculation of the magnetic phase 
diagram these features have been interpreted within the exchange striction model. The moments of the qua- 
sicubic Sm sites enter a spin-flop phase at about 30 T and ferromagnetic saturation is predicted at 60 T.
Similarly the model predicts a spin-flop phase for the hexagonal Sm sites at 140 T and ferromagnetic saturation 
at 390 T.
DOI: 10.1103/PhysRevB.76.144421 PACS number(s): 75.80.+q, 75.50.Cc
I. INTRODUCTION
Samarium is probably the most widely used rare earth
element; applications range from advanced perm anent m ag­
netic materials to nuclear medicine. Yet, many riddles have
still to be solved. The com pensation of orbital and spin m o­
m ent in SmAl2 w ith 1% of Sm substituted by Gd (Ref. 1)
gives rise to exchange bias2 and suggests the use of Sm 
based materials for the design of spin resolved nanodevices.
Today Sm is used w idely in the form  of Sm Co5 as a perm a­
nent m agnetic material. The magnetic anisotropy of this im ­
portant material has been studied by ab initio m ethods . 3 R e­
cently, the observation of a pressure induced m agnetic order
associated w ith the appearance of a trivalent Sm in a metallic
state in SmS (Refs. 4 and 5) and Sm B 6  (Ref. 6 ) raised inter­
est in the relation of strain and m agnetic properties in Sm 
based systems. A  direct probe for this is the m easurem ent of 
magnetostriction. It is the most powerful macroscopic 
m ethod to study the interaction of electronic and lattice de­
grees of freedom. For such an investigation antiferrom ag­
netic systems are favorable. In contrast to ferrom agnets, in
antiferromagnets a large variety of m agnetic structures can 
be stabilized at different temperatures and m agnetic fields, 
which enables the different mechanisms of magnetostriction 
to be separated and distinguished . 7 Yet few m agnetostriction 
data are available on rare earth elements; for a review, see 
Ref. 7 . Here we report a study on Sm metal.
The crystal and the m agnetic structures of Sm  m etal have 
been determ ined by x-ray and neutron scattering. Early x-ray
m easurem ents by D aane et al.8 determ ined the crystal struc­
ture to be rhom bohedral, space group R3m w ith three atoms 
in the unit cell. It can be envisaged as a nine-layer stacking 
sequence A B A B C B C A C . .. of closed packed hexagonal lay­
ers. There is a second structural domain which is turned by 
180° about the c axis (so the stacking is A C A C B C B A B ...). 
Two-thirds of the atoms have a surrounding sim ilar to that 
found in the hexagonal-stacking sequence, A B A B . . .  , and 
one-third is in a nearly cubic closed packed local symmetry 
(A B C A B C ... stacking). For sim plicity the sites are denoted 
as the hexagonal and cubic sites, respectively, in the further 
text. Sm has the following hexagonal lattice parameters: a 
= 0.3621 nm  and c = 2.625 nm. Several structural phase tran­
sitions under pressure up to 100 GPa have been reported (to 
hcp-, fcc-distorted, fcc-, hexagonal-, tetragonal phases ) . 9 By 
quenching a m etastable hcp phase can be obtained, which 
orders ferrom agnetically at TC =160  K  with a small moment 
of 0 . 1 ^ B . 10
K oehler and M oon 12 perform ed neutron diffraction m ea­
surements on a Sm single crystal. They used the isotope 
154Sm to lower the high absorption cross section of natural 
Sm. They confirmed that the phase transitions at 106 and 
13.8 K  arise from  m agnetic ordering, as deduced by electri­
cal resistivity and specific heat m easurem ents. Below  106 K 
the m agnetic moments at the hexagonal sites order in ferro­
m agnetic sheets. The second transition can be assigned to the 
antiferrom agnetic ordering of the cubic sites. The distance 
between two cubic site layers is 0.9 nm. The spin sequence
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within one layer is + + -----along the hexagonal a 1 axis.
Recent resonant m agnetic x-ray scattering experiments indi­
cate that the moments at the cubic and hexagonal sites are of 
similar m agnitude . 13 Interestingly in a 750 nm  dhcp film the 
ordering of hexagonal and cubic sites occurs at the same 
tem perature (25 K ) . 14
The m agnetization of Sm has already been studied in 
1974,15 in pulsed m agnetic fields. These m easurem ents re ­
vealed the existence of a m agnetic transition for field parallel 
to the crystallographic c axis at about 28 T. Because the 
m agnetostriction signal o f Sm m etal is expected to be sm all16 
it is necessary to com bine the highest steady m agnetic fields 
with the best resolution available for m easuring length 
changes thus pushing the frontiers of this experim ental tech­
nique. The aim of this w ork is to explore the m agnetism  of 
Sm in high m agnetic fields by (i) perform ing m agnetostric­
tion measurem ents up to 45 T  and (ii) m odeling both the 
magnetization and the magnetostriction and obtain the m ag­
netic phase diagram , and (iii) confronting the results of this 
model calculation with the experim ental data.
II. DESCRIPTION OF THE EXPERIMENTAL METHOD
The design of a miniaturized capacitance dilatom eter 
(outer diam eter 2 0  m m ) 17 allows the m easurem ent of longi­
tudinal as well as transversal com ponents of m agnetostric­
tion with unprecedented resolution and field range. There­
fore, the com plete magnetostriction tensor can be analyzed. 
The dilatom eter was installed in the 45 T  hybrid magnet of 
the National H igh M agnetic Field Laboratory (Tallahassee, 
FL) equipped with a 4He cryostat. For the best resolution of 
about 1 0 - 6  it is im portant to dam p mechanical vibrations and 
electric noise. In addition, the signal was corrected for arti­
facts due to eddy currents. To exclude effects caused by the 
crystal growing process two different high quality Sm crys­
tals w ere used; details can be found in Ref. 11. The m agne­
tostriction results of both crystals are identical in the lim it of 
the experim ental error.
III. MAGNETOSTRICTION DATA
Figure 1 summarizes the longitudinal and transversal 
m agnetostriction data along the three fundamental crystallo- 
graphic axes at a tem perature of 4 K, obtained in magnetic 
fields up to 45 T. The a  axis is taken along the direction 
joining a pair o f nearest neighbors in the hexagonal plane, 
the c axis is normal to the plane, and the b axis is orthogonal 
to the other tw o . 18 In Fig. 1 the field was oriented parallel or 
perpendicular to the crystallographic c axis. The m agneto­
strictions of the a  and b axes are shown in the two upper 
graphs. The behavior is similar: the sample length shrinks in 
fields parallel to the c axis by 4 X 10- 5  at about 30 T. It stays 
nearly unchanged in fields parallel to a  (the only difference 
is a small upturn with field for the b direction and a small 
downward change for the a  direction). The opposite behavior 
is found for the c axis, presented in the graph below: the 
sample length jum ps up by 7 X 10- 5  when a field parallel to c 
is applied, whereas the m agnetostrictive effect in field paral­
lel to a  is small and does not show any anomaly. M oreover,
M-0H (T)
FIG. 1. Forced magnetostriction data of a Sm single crystal 
(symbols). The longitudinal and transverse components are shown. 
The data at lower fields were taken from Rotter et al. (Ref. 11). The 
basal components show a negative effect at a field of about 33 T. 
The c axis expands at the same magnetic field. In the lower part of 
the figure the volume effect of the magnetostriction is shown. Com­
pared to the striction along the three axes, the volume change is 
small at the spin-flop transition. Lines denote results of the model 
calculation described in the text.
com pared to the striction along the three axes, the volume 
m agnetostriction (lower graph) is 1 order o f magnitude 
smaller. From  these m easurem ents it can be seen that for 
fields parallel to c the sample clearly reflects the phase tran­
sition which had been observed in pulsed field magnetization 
m easurem ents and was attributed to a reorientation of the 
m om ents of the quasicubic sites. The line shape of the tran­
sition also suggests a field-induced spin-flop state. The lack 
of any anom aly in our data when the field is applied perpen­
dicular to the c axis agrees with the magnetization 
m easurem ents , 15 too. The curves of Fig. 1 illustrate that the 
main magnetoelastic effect o f Sm  is a structural distortion of 
the hexagonal plane (the longitudinal m agnetostriction is 
negative and the transversal is positive).
The transversal m agnetostriction for field parallel to c was 
studied at different tem peratures in the antiferrom agnetically 
ordered state. The results in the high field range between 11 
and 45 T are presented in Figs. 2 and 3 . A  monotoneous shift 
of the transition into the spin-flop phase to lower critical 
fields w ith increasing tem perature is visible as expected for 
the case of a constant m agnetic mom ent (see Fig. 3) . Note 
that in contrast to our data on Sm  m etal in some Sm  com ­
pounds the com pensation of the orbital and spin moments 
leads to an anom alous tem perature dependence of the m ag­
netic moment, for instance, in ferrom agnetic SmAl2 . 1 In an­
tiferrom agnetic Sm Cu2  this com pensation leads to an anom a­
lous increase of the transition field from the 
antiferrom agnetic to the ferrom agnetic state when the tem-
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FIG. 2. Temperature dependence of the transversal magneto­
striction and parastriction ea for magnetic field along the c axis. For 
comparison, the thermal expansion data ea in zero field are shown 
in the inset.
perature is increased . 7 M oreover, the magnetostriction curves 
at temperatures below  5 K  are very different com pared to the 
9 K  curves. W hereas the first ones show a sim ple jum p and 
small (negative) magnetostriction in the spin-flop phase, in 
the latter a much bigger jum p and positive magnetostriction 
at higher fields can be seen. The parastriction, measured 
along a up to 10 T (which is sufficient because no transition 
is expected), is negligible (shown in Fig. 2) . Additionally, a 
hysteresis was observed. F igure 3 also shows the temperature 
dependence of this hysteresis. A t low tem perature the hyster­
esis is larger. This is due to the fact that the relaxation pro­
cesses for the formation of the collinear antiferromagnetic 
state upon decreasing the applied field require therm al en ­
ergy of the order o f several Kelvin.
As already visible in Fig. 1 the magnetoelastic behavior of 
the crystal is anisotropic. W hen the m agnetic field is applied 
parallel to c , the c  axis expands, whereas the plane perpen-
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FIG. 4. Thermal expansion of a Sm single crystal in zero mag­
netic field. Symbols indicate experimental data (taken from Ref. 
11), dashes the fit of a Debye model to the paramagnetic range 
(phonon contribution to the thermal expansion), and dots the results 
of the exchange striction model described in the text.
dicular to the c  axis shrinks. The volum e magnetostriction 
effect is small. This anisotropic behavior is also reflected by 
the zero field data of therm al expansion , 1 1 , 1 6 , 19  which is 
shown in Fig. 4 . On cooling the c axis contracts at T  
= 14 K, whereas the a and b axes expand leading to a very 
small magnetoelastic volum e change. Application of a m ag­
netic field along the easy direction reverses the effect of 
cooling, i.e., the c axis expands and the a  and b axes con­
tract. This is shown for e  in Fig. 2 . In contrast to m any other 
systems, the m agnitude of the spontaneous magnetostriction 
(i.e., the m agnetic contribution to the therm al expansion, 
w hich is about A l/ 1 = 10 -4) is much larger than that of the 
forced m agnetostriction (i.e., the strain induced by an exter­
nal m agnetic field, which is o f the order of 10-5). W hen the 
m agnetic moments are aligned parallel by an external field 
usually a sim ilar order of m agnitude for the forced m agne­
tostriction as for the spontaneous m agnetostriction near Tn  is 
observed for other com pounds (see, e.g., Refs. 7 and 20) .
IV. ANALYSIS OF THE MAGNETIC PHASE 
DIAGRAM
In order to understand this particular behavior of Sm  
metal, the magnetic phase diagram  has been m odeled within 
the fram ework of the standard model of rare earth 
m agnetism . 18  Num erical calculations have been perform ed 
using the MCPHASE program  package . 2 1 - 2 8  The model is 
based on a Ham iltonian consisting of a sum of the crystal 
field, the two-ion interaction, and the Zeeman term  as fol­
lows:
i,lm
FIG. 3. Temperature dependence of the transversal magneto­
striction eb for magnetic field along the c axis.
I j aa(e, ij) 0  0
0 Jaa(e, ij) 0
\  0 0 Jcc(e, i j ) ]
2  g j^B J H  ■ ( 1 )
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FIG. 5. Experimental data of susceptibility (Ref. 15) (symbols) 
in comparison with results of the model calculation (solid lines) 
described in the text.
H ere the indices i and j  refer to the different Sm atoms 
and J,- denotes the total angular m om entum  of Sm atom i. gJ 
is the Lande factor and /xB the Bohr magneton.
A. Crystal field
The B f  and O f  denote the crystal field param eters and 
Stevens operators, respectively. In order to obtain reasonable 
values for the crystal field parameters, we consider some 
available experim ental data: (i) From  the data of the suscep­
tibility shown in Fig. 5 we conclude that the m agnetic single 
ion anisotropy produced by the crystal field in Sm is small 
(see curves for T >  106 K). (ii) Further evidence for the 
small energy splitting by the crystal field can be found from 
the entropy of Sm as determ ined from specific heat data. At
25 K  it clearly exceeds the value of jR  ln 2 expected for a 
crystal field doublet ground state on the cubic sites . 2 9  In or­
der to account for this small crystal field anisotropy, the crys­
tal field param eters for both the quasicubic and hexagonal 
Sm sites were estim ated from the point charge model: a 
small point charge of 0 . 0 1 1  \e\ was put on the six nearest 
neighbors in the adjacent hexagonal planes (e denotes the 
elem entary charge).
B. Two-ion interaction
N ext we consider the com ponents of the two-ion interac­
tion Jaa(e, ij) and J cc(e, ij)  in the Ham iltonian (1) . The ex­
perim ental susceptibility data shown in Fig. 5 indicate some 
anisotropy of this two-ion interaction: the moments order 
along c , although just above Tn  the susceptibility in the hex­
agonal plane is larger than that in c direction (see Fig. 5 in 
Ref. 41) . Such a behavior is not uncom m on in rare earth 
based system s ; 2 1 ,3 0 - 3 3  in particular, some puzzling details of 
this anisotropy in a Sm based system have been reported .3 4  
In the case of Sm m etal we model the anisotropy of the 
two-ion interaction by putting Jaa= J bb #  Jcc for the two an­
tiferrom agnetic quasicubic sublattices and thus neglecting 
any anisotropy in the hexagonal planes. For a description of 
the macroscopic properties it is sufficient to introduce aniso­
tropy for one of the interactions, which we chose to be the
PHYSICAL REVIEW B 76, 144421 (2007)
TABLE I. Components of the two-ion interaction, NN= nearest 
neighbor.
Neighbor
Coupling constants 
(meV)
Hexagonal Hex. same sublattice j aa=jcc =1.8034
sites (2 ) Other hex. (afm) subl. j aa= j cc= - 1 . 3 7 4
Quasicub. NN j aa= j cc=-o.1126
Quasicubic Other quasicub. (afm) subl. Jaa = -0.44, j cc = -0.284
sites (1 ) Hex. NN j aa= j cc=-0.1126
interaction between the two antiferrom agnetic quasicubic 
sublattices. By tuning this anisotropy it is possible to de­
scribe correctly the experim entally observed value of the 
critical field of the transition to the spin-flop phase.
C. Obtaining the model param eters
The com plex antiferrom agnetic structure of Sm is not 
fully considered in the model. The m agnetic structure is 
m odeled by sim ple antiferrom agnetism , with a two sublattice 
m ean field model for both the quasicubic and the hexagonal 
sites. This simplification was m ade because neutron spectros­
copy is ham pered by the strong absorption of Sm (Refs. 35 
and 36) and therefore currently no inform ation about details 
of the m agnetic two-ion interactions in Sm are available. The 
values of the point charges and the two-ion interaction have 
been tuned in order to reproduce (i) the experim ental values 
of the antiferrom agnetic ordering temperatures, (ii) the spin­
flop field observed in the m agnetostriction, and (iii) the m ag­
nitude of the m agnetic susceptibility. The values obtained in 
this way for the interaction constants are summ arized in 
Table I . N ote that the tem perature dependence of the m ea­
sured susceptibility in the c direction (see Fig. 5) yields a 
finite value at very low tem peratures . 15 If  the m agnetic m o­
ment also points in the c direction (as observed by neutron 
scattering ) 12 such a finite value can be explained by the ad­
m ixture of higher m ultiplets leading to a Van V leck type of 
susceptibility . 3 7  In our calculations we have therefore as­
sumed a tem perature independent isotropic param agnetic 
susceptibility o f ^  = 0 .0 0 0 9 ^ /T .
D. Results of the model calculation
W ithin a mean field approxim ation the magnetic mom ent 
per Sm ion was calculated by
M  = N 2  gJ^B^Ji)t,H + *qH . (2)
H ere i runs over all atoms and N  is the number of atoms 
(quasicubic and hexagonal); the (J ,) tH  are the therm al ex­
pectation values for the angular m om entum  operator o f the 
Sm ions.
A  com parison of the calculated susceptibility and m agne­
tization w ith the experim ental data is shown in Figs. 5 and 6 . 
Considering the experim ental error and the approxim ations
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FIG. 6 . Experimental data of magnetization (Ref. 15) (symbols) 
and results of the model calculation (solid lines) described in the 
text.
involved in the model we find reasonable agreement o f the 
results o f the calculation and the experim ental data. Applying 
a m agnetic field along the c direction at T  = 4  K  leads to a 
transition from  the collinear antiferrom agnetic state into the 
spin-flop phase at about 30 T. N ote that the experimental 
data o f m agnetization 15 taken in pulsed m agnetic fields 
shows this transition at a lower field than our steady field 
magnetostriction data. From  our data the tem perature depen­
dence of the transition to the spin-flop phase has been deter­
mined. In order to com pare these experim ental data to the 
predictions of the model calculation the phase diagram  of Sm 
metal has been calculated and is shown in Fig. 7 : transitions 
from a collinear phase into a noncollinear spin-flop phase are 
expected for both the hexagonal and quasicubic sites. For the 
quasicubic sites this transition is at about 30 T in good 
agreement with the experim ental m agnetostriction data. For 
the hexagonal sites it is predicted at the high field of 135 T 
and still needs to be confirmed experimentally. Due to the 
low magnetic m om ent of Sm the boundaries of the antifer­
rom agnetic and spin-flop phases are predicted at fields up to
T  (K)
FIG. 7. Calculated magnetic phase diagram of Sm with mag­
netic field applied along the c axis (for details see text). The de­
scription denotes CC = cubic collinear, CSF=cubic spin flop, HC 
= hexagonal collinear, and HSF = hexagonal spin flop. The open 
circles show results from high field magnetostriction measurements.
400 T. A ccording to the calculation the ferrom agnetic satu­
ration is reached at 65 (390) T for the quasicubic (hexago­
nal) sites.
V. EXCHANGE OR CRYSTAL FIELD STRICTION?
Having established a sim ple model for the m agnetic phase 
diagram  of Sm m etal we apply this model to the m agneto­
striction and confront its results w ith our experim ental data. 
In this way it is possible to make im portant conclusions 
about the m echanism  of the m agnetoelastic coupling in this 
rare earth element. Am ong the rare earth elements a similar 
analysis has only been perform ed for Ho m etal . 38
Restricting ourselves to first order a-type m agnetoelastic 
couplings and neglecting the small changes in the atomic 
positions in the unit cell1 9  the m agnetoelastic Hamiltonian 
can be written as a sum of crystal field and two-ion 
contributions3 9  as follows:
H  = h CF + h e  (3 )n me n me me* '  '
H F = -  2  (Ba V 1 + f i f W J . ) , (4)
i
H EmXe = -  2  [ D a lO /V 1 + D f j J
U j
-  2 [ D a / a l + o f / 2]
u j
X [2 (J;)c(J/)c -  (J;)a(Jj)a -  (Ji)b(Jj)b] . (5)
H ere the B  and D  denote the magnetoelastic coupling and the 
a  strains are defined by ea1 = -= ( e  + eb + ec) (volume strain) 
and ea2= V f [ £ - | ( e  + eb)] (anisotropic strain).
Following the m ethods of Refs. 7 and 39 the magnetoelas- 
tic energy can be com bined with the elastic energy and the 
total free energy may be m inim ized with respect to the 
strains. This procedure leads to the following expression for 
the m agnetostrictive strains, which can be used for the analy­
sis o f our experim ental data:
e  = £  = ^ 2 o ( ° 2 )r,H + 2  L ik[J Jaa(ik) + J J bb(ik) + J J cc(ik)]
i,k
+ 2  M ik[2 J J cc(ik) -  J J aa(ik) -  J J bb(i'k )] j
i,k
e  = K 2 o ( ° 0 )r,H + 2  L C¡k[JJaa(Ík ) + J J bb(ik) + J J cc(ik)]
i,k
+ 2  M :ik[2JJcc(ik) -  JJaa(ik) -  JJbb(ik)] . (6 )
i,k
The strains are given by a linear com bination of (i) ther­
mal expectations values of Stevens operators ((O°)T,H) and 
(ii) two-ion correlation functions [JJap (i , k) 
=  ( ( J i) a( J i+k)^)r,H]. Both (i) and (ii) can be calculated from 
the num erical model. By com parison with the experimental 
data the param eters K, L, and M  in Eq. (6 ) can be estimated. 
From  our experim ental data very small changes in the
144421-5
ROTTER et al. PHYSICAL REVIEW B 76, 144421 (2007)
TABLE II. Magnetoelastic parameters in Eq. (6 ) used for the 
model calculation of the magnetostriction.
Neighbor La
Hexagonal site Same sublattice 18 X 1 0 - 5
Quasicubic site Same sublattice 6  X 10- 5
Quasicubic site Other sublattice 0.5 X 10- 5
sample volum e are observed. This leads to the conclusion
that K c---- 2K a, L c -----2La, and M c -----2 M a. Furtherm ore, our
analysis indicates a small crystal field striction contribution42  
and the dom inant im portance of the (isotropic) exchange 
striction m echanism  (i.e., K ~  0, M ~  0). N ote that a small 
crystal field striction is expected from the small crystal field 
anisotropy in this com pound (compare the discussion of the 
susceptibility in Sec. IV above).
The full lines in Figs. 1 and 4 indicate the results of a 
model calculation using the exchange striction parameters 
given in Table II . In contrast to the crystal field striction 
contribution the exchange striction contribution is able to 
explain the experim ental observation of the large difference 
between the spontaneous m agnetostriction at the ordering 
tem perature of the quasicubic sites and the field-induced 
m agnetostriction at the transition to the spin-flop phase (see 
Fig. 2) : this feature can be explained under the assumption 
that the exchange interaction between quasicubic ions on the 
same sublattice is m uch m ore sensitive to strain than the 
exchange interaction between ions on the other [antiferro­
m agnetic (AFM)] sublattice (see Table II) .
The extension of the field range of our experim ental data 
to 45 T allows us to also reinvestigate the role of anisotropic 
m agnetoelastic interactions in Ref. 11. From  the small signal 
o f the m agnetostriction w ith field parallel to a , it was con­
cluded that the isotropic contribution [parameters L  in Eq. 
(6 )] is small in com parison to the anisotropic m agnetoelastic 
interaction (parameters M ). However, the experim ental data 
taken above the field H a >  30 T show that the forced m agne­
tostriction is not constant at larger fields. We dem onstrated 
that all the data can be reasonably well described by isotro­
pic m agnetoelastic interactions (L), and anisotropic m agne­
toelastic interactions (M) are probably small. M oreover, the 
difference in the signal in a and b directions when applying 
field parallel to a indicates an orthorhom bic distortion of the 
crystal in high m agnetic fields. Such a distortion is not in­
cluded in the current model. If  such an orthorhom bic distor­
tion is indeed caused by exchange striction effects it (i) 
should disappear when all the moments are aligned ferro- 
m agnetically above 390 T, (ii) and it should be present also 
in zero field (compare the magnetoelastic paradox ) . 40
VI. CONCLUSION
In conclusion, extending the m agnetic field range of m ag­
netostriction m easurem ents on Sm metal shows the occur­
rence of a magnetoelastic distortion at H c ~  30 T. This dis­
tortion is associated w ith the transition to a spin-flop phase, 
where the moments at the quasicubic sites undergo a spin­
flop transition. Spontaneous and forced m agnetovolum e ef­
fects are small in Sm  metal. However, large anisotropic 
strains have been observed. A  model analysis o f the magnetic 
and m agnetostrictive data allows predictions of the magnetic 
phase diagram  for this element. Exchange striction is identi­
fied as the dom inant m agnetoelastic interaction mechanism  
in Sm metal. In contrast to the case of H o , 3 8  the data on Sm 
indicate anisotropy in the magnetic two-ion interactions.
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